Methods. Hydroxylated carbon nano-tube-SiO 2 nano-particles (HCNT-SNP) composite paint were fabricated by a selfassembly process using for growth of SNP on a HCNT in a mixture solution of EtOH-NH 3 ·H 2 O-H 2 O. After 60 min, the HCNT-SNP nano-tubes were modified by PFDTES for superhydrophobicity. The typical composition for the preparation of HCNT-SNP superhydrophobic paint was as follows: 80mL of EtOH, 8mL of deionized water and 4mL of ammonium hydroxide were mixed in a 100mL terrarium. Subsequently, 0.18g of HCNT powders were added in the 
